Gravimetric and data analysis of the corrosion resistance behaviour and inhibition of C26000 brass in dilute HNO₃ solution

Roland T. Loto¹, Cleophas Loto¹ and Oshogbunu Ohwofasa¹

¹Department of Mechanical Engineering, Covenant University, Ogun state, Nigeria

Email: tolu.loto@gmail.com

Abstract. The corrosion resistance of as-received and heat treated C26000 brass (annealed and quenched) was evaluated by gravimetric analysis in 0.5 M, 1 M, 1.5 M, 2 M, 2.5 M, 3 M and 3.5 M HNO₃ solution. Generally, corrosion rate of C26000 increased with increase in HNO₃ concentration and varies significantly with respect to observation time. Results showed that heat treatment has no influence on the corrosion resistance of the brass heat treated brass compared to the as-received sample. Application of garlic extracts in HNO₃ solution at 0.5 M significantly decreased the corrosion rate of C26000 60% concentration with inhibition value of 79.46%. The garlic extract exhibited significant concentration dependent behaviour and its inhibition performance varies with observation time. Statistical evaluation showed the standard deviation values of as-received and heat treated C26000 varied with respect to mean inhibition data. However, variation increased with HNO₃ concentration due to thermodynamic instability with respect to observation time. In the presence of the garlic extracts, the high standard deviation values at the lowest and highest garlic concentration signify significant variation with observation time and thermodynamic instability. Evaluation through analysis of variance shows HNO₃ concentration and observation are statistically irrelevant to the corrosion rate output of as-received and heat treated C26000. In the presence of garlic extracts only the extract concentration is statistically relevant with value of 90.52%.

1. Introduction

Corrosion is the devolution of the electrochemical, physical, mechanical and metallurgical properties of metallic and non-metallic materials due to intermolecular reactions between the materials and the corrosive anions of their operating environments. Corrosion is more prevalent on metallic alloys due to the high tendency of the metallic surface to form alternating electrochemical cells were oxidation-reduction reactions predominates. The consequences of corrosion are enormous, diverse and in most cases complicated ranging from component damage in mechanical systems to industrial shutdowns and huge economic and financial losses. Significant reduction in metal thickness, evolution of destructive pits and collapse of structures have been the major cause of toxic seepage chemicals, high preservation cost and injury to industry operators. According to Electric Power Research Institute corrosion damage to the power generating establishment totals $17 billion with an estimated 22% of the being avoidable [1]. The foremost corrosion association in America (National Association of Corrosion Engineers) proved in a report that corrosion damage constitutes about 4% of the United States Gross National Product [2]. Globally, corrosion cost the world economy 4% of its Gross...
Domestic Product ($2.5 trillion). Alloys of Cu are broadly utilized for the manufacture and construction condenser tubing, desalination units, parts of heat exchangers, hydraulic lines and piping material due to their unique mechanical and aesthetic attributes. The fabricability, thermal, electrical and antiseptic and corrosion resistant of Cu alloys is responsible for their ever increasing applications in most cases replacing ferrous alloys [3-6]. In mildly corrosive conditions the resistance of Cu alloys results from initiation and partial growth of an inert, resilience and transparent film on the alloy. However, in astringent temperature conditions coupled with the presence of corrosive anions the vulnerability of Cu alloys to degradation becomes apparent. Though this is significantly dependent on the concentration of corrosive anions, the relative constituents of Cu alloys, temperature considerations, flow rapidity etc. [7-11]. Cu alloy tends to be reactive in the presence of Cl\textsuperscript{-} anions resulting in localized deterioration of the alloy [12-17]. The alloys applied in petrochemical refineries and desalination plants tends to fail due to formation of corrosion pits [18-22]. C26000 (alpha brass) Cu alloys are utilized in applications substantially dangerous to ferrous alloys though there are conditions where corrosive anions selectively degrade Cu and Zn in C26000 Cu alloy [23-25]. Application of chemical compounds identified as corrosion inhibitors have been known to significantly reduce corrosion of metallic alloys [26-35]. This research focusses on the effect of metallurgical variation by heat treatment on C26000 corrosion in specific concentrations of HNO\textsubscript{3} solution, while further analysis of C26000 electrochemical behaviour was studied in HNO\textsubscript{3} at specific concentrations of garlic extracts.

2. Experimental methods

2.1 Materials preparation
C26000 brass alloy (C26) rod was acquired in Lagos, Nigeria and analysed in the Materials Characterization Laboratory at Covenant University, Ota, Ogun State, Nigeria. The elemental components of C26 are outlaid in Table 1. C26 was cut and machined into 3 sets of experimental exhibits with average dimension of 1 cm diameter and 2 cm length. The first main set consist of 24 exhibits of C26 which were further subdivided into 3 sets of 8 exhibits each. The first subset of C26 exhibits were subjected to heat-treatment (annealing) in a muffle furnace up to 425 °C before gradual cooling to 37 °C ambient temperature. The second subset of C26 exhibits were subjected to heat-treatment (quenching) to 425 °C and instantaneously cooled to 37 °C ambient temperature. The second set main consists of 7 exhibits of C26 while the third set consists of 5 exhibits of C26. All the C26 exhibits were grinded and smoothened with emery papers for gravimetric analysis. Potassium gluconate (PG), a crystalline white powder was secured from Sigma Aldrich, USA. 1Kg of garlic (GLC) was cut into numerous smaller slices and immersed with 2.5 L of C\textsubscript{2}H\textsubscript{5}OH for 576 h after which the GLC slices were sieved to retain the solution of C\textsubscript{2}H\textsubscript{5}OH and GLC. The solution was segregated with a rotary evaporator which removed C\textsubscript{2}H\textsubscript{5}OH from the solution and retaining the garlic extract.

2.2 Gravimetric analysis
The first main set of C26 exhibits consisting of 3 subsets separately underwent gravimetric analysis in 0.5 M, 1 M, 1.5 M, 2 M, 2.5 M, 3 M and 3.5 M HNO\textsubscript{3} solution for 504 h while measurements were taking every 24 h. The second main set of C26 exhibits underwent gravimetric analysis in 0%, 0.5%, 1%, 1.5%, 2%, 2.5% and 3% PG cubic concentration per 200 ml of 0.5 M HNO\textsubscript{3} solution for 312 h. The third set of C26 exhibits underwent gravimetric analysis in 20%, 40%, 60% and 80% of GLC

| Element Symbol | Pb | Zn | Fe | Ni | Mn | Cu |
|----------------|----|----|----|----|----|----|
| % Composition  | 0.07 | 28.38 | 0.05 | -  | -  | 71.5 |

Table 1. Elemental constituents (wt. %) of C26000 Cu alloy

2.2 Gravimetric analysis
The first main set of C26 exhibits consisting of 3 subsets separately underwent gravimetric analysis in

0.5 M, 1 M, 1.5 M, 2 M, 2.5 M, 3 M and 3.5 M HNO\textsubscript{3} solution for 504 h while measurements were taking every 24 h. The second main set of C26 exhibits underwent gravimetric analysis in 0%, 0.5%, 1%, 1.5%, 2%, 2.5% and 3% PG cubic concentration per 200 ml of 0.5 M HNO\textsubscript{3} solution for 312 h. The third set of C26 exhibits underwent gravimetric analysis in 20%, 40%, 60% and 80% of GLC
extract per 200 ml of 0.5 M HNO₃ solution for 384 h. Corrosion rate, \( C_R \) (mm/y) for C26 was enumerated from the equation below;
\[
C_R = \frac{97.6 \times W}{D \times A \
\times 87.6 \times t}
\]
\( W \) illustrates weight loss (g), \( D \) illustrates density (g/cm³), \( A \) illustrates total surface area of C26 exhibit (cm²), 87.6 illustrates corrosion rate constant and \( t \) illustrates time (h). The protection performance \( P_P \) of the PG and GLC were enumerated from the equation below;
\[
P_P = \left( \frac{W_1 - W_2}{W_1} \right) \times 100
\]
\( W_1 \) and \( W_2 \) illustrates weight loss of C26 at specific PG and GLC concentrations.

2.3 Statistical analysis
Binary-factor single level Anova analysis (F-test) was applied to calculated the statistical importance of HNO₃, PG and GLC concentrates and observation time on PG and GLC performance output, and corrosion rate data in the presence of HNO₃ concentrations (0.5 M to 3.5 M HNO₃). The test was done at confidence level of 95% (significance level of \( \alpha = 0.05 \)) according to the equations below. The summation of column squares (observation time) was enumerated as follows;
\[
S_{SC} = \sum \frac{T_r^2}{rn} - \frac{T^2}{N}
\]
The summation of row squares (HNO₃, PG and GLC concentrations) was enumerated from the equation below;
\[
S_{Sr} = \sum \frac{T_r^2}{nc} - \frac{T^2}{N}
\]
The total summation of squares equals
\[
S_{Total} = \sum x^2 - \frac{T^2}{N}
\]
3. Results and discussion
3.1 Gravimetric analysis
Tables 2 and 3 shows the corrosion rate data for untreated, annealed and quenched C26 Cu alloy in 0.5 M – 3.5 M HNO₃ solution with respect to 504 h of observation time. Observation of the corrosion rate data for untreated C26 shows that at 504 h increase in HNO₃ concentration results in increase of untreated C26 due to oxidation of C26 by NO₃⁻ ions according to the equations below;
\[
3Cu + 8HNO₃ \rightarrow 3Cu(NO₃)_2 + 2NO + 4H₂O
\]
\[
3Zn + 8HNO₃ \rightarrow 3Zn(NO₃)_2 + 2NO + 4H₂O
\]
Increase in concentration of HNO₃ accelerated the corrosion of untreated C26 resulting in higher surface oxidation and degradation of the alloy. However, it must be noted that untreated C26 exhibits differential reaction to variation in HNO₃ corrosion with respect to observation time. At 0.5 M HNO₃, corrosion rate of untreated C26 at 24 h is 4.37 mm/y. This value decreased to 0.64 mm/y at 504 h. However, from 1 M to 2 M HNO₃ concentration the corrosion rates of untreated C26 initiated at 2.03 mm/y, 2.78 mm/y and 2.78 mm/y (24 h) and progressively increased to 3.99 mm/y, 4.8 mm/y and 5.92 mm/y at 504 h whereas from 2.5 M to 3.5 M HNO₃ concentration the corrosion rate of untreated C26 initiated at 12.31 mm/y, 21.34 mm/y and 31.23, and decreased to 7.79 mm/y, 8.21 mm/y and 7.57 mm/y at 504h. Annealing C26 altered its metallurgical structure, hence it corrosion reaction behaviour as shown in the corrosion rate data in Table 2. The corrosion rate values of annealed C26 alloy at 24 h of observation time significantly differs from the values obtained for untreated C26 whereas at 504 h variation of annealed corrosion rate values with HNO₃ concentration and observation time are quite similar to the observation of untreated C26 showing that annealing has limited or negligible influence on the corrosion behaviour of annealed C26 compared to untreated C26. The corrosion rate values of
quenched C26 in Table 3 exhibits similar observation showing as earlier confirmed that heat treatment does not influence the corrosion behaviour of C26 Cu alloy.

Further analysis of the corrosion behaviour of C26 Cu alloy was performed by assessing the corrosion protection behaviour of GLC extracts on C26 Cu alloy in 0.5 M HNO$_3$ solution for 312 h as shown in Table 4. The performance of GLC on C26 at 312 h is marginal with optimum corrosion protection value of 79.46% at 60% GLC concentration. Observing the inhibition performance of GLC with respect to observation time shows that at 24 h of exposure, GLC extract effectively inhibited the corrosion of C26 with values of 99.7%, 106.6%, 103.6% and 102.85% at 20%, 40%, 60% and 80% GLC concentration. The values decreased progressively to 60.41%, 67.20%, 79.46% and 58.63% signifying significant variation with respect to observation time whereas inhibition performance did not vary proportionally with GLC concentration. GLC extract exhibited peak performance from 40% to 60% concentration. Secondly, the progressive decrease in protection performance value shows GLC has weak adsorption properties and its corrosion inhibition behaviour is thermodynamically unstable.

**Table 2.** Corrosion rate data of untreated and annealed C26 Cu alloy in specific concentrations of HNO$_3$ solution with respect to observation time

| HNO$_3$ Conc. (M) | Observation Time (h) | Untreated C26 | Annealed C26 |
|-------------------|----------------------|--------------|--------------|
|                   | 0.5                  | 1 M          | 1.5 M        | 2 M          | 2.5 M        | 3 M          | 3.5 M        | 0.5          | 1 M          | 1.5 M        | 2 M          | 2.5 M        | 3 M          | 3.5 M        |
| 24                | 4.37                 | 2.03         | 2.78         | 12.31        | 21.34        | 31.23        | 0.04         | 1.89         | 1.43         | 8.35         | 11.39        | 6.19         | 29.28        |
| 48                | 2.45                 | 2.3          | 1.81         | 3.43         | 11.05        | 20.13        | 34.39        | 0.04         | 1.29         | 1.48         | 8.56         | 12.06        | 9.57         | 30.42        |
| 72                | 1.66                 | 2.28         | 1.99         | 4.61         | 12.55        | 21.34        | 32.19        | 0.25         | 1.32         | 1.57         | 9.69         | 12.13        | 11.74        | 26.91        |
| 96                | 1.26                 | 2.43         | 2.29         | 5.45         | 12.7         | 21.55        | 29.64        | 0.26         | 1.06         | 1.52         | 10.37        | 12.66        | 12.83        | 25.15        |
| 120               | 1.03                 | 2.31         | 2.35         | 7.28         | 14.15        | 19.92        | 26.85        | 0.35         | 0.95         | 1.77         | 10.32        | 12.1         | 12.86        | 23.17        |
| 144               | 0.87                 | 2.44         | 2.47         | 6.84         | 13.47        | 20.1         | 24.35        | 0.4          | 0.81         | 1.76         | 10.29        | 11           | 13.2         | 21.12        |
| 168               | 0.75                 | 3.09         | 2.91         | 7.96         | 15.37        | 19.28        | 22.35        | 0.42         | 1.01         | 2.19         | 10.37        | 10.36        | 13.75        | 19.53        |
| 192               | 0.66                 | 2.92         | 3.29         | 7.53         | 14.3         | 17.9         | 19.88        | 0.38         | 1.15         | 2.39         | 9.86         | 10.04        | 13.33        | 18.11        |
| 216               | 0.59                 | 3.13         | 3.78         | 7.19         | 13.56        | 16.85        | 17.67        | 0.46         | 1.21         | 2.74         | 9.67         | 10.76        | 13.15        | 17.23        |
| 240               | 0.54                 | 3.17         | 3.42         | 7.01         | 12.74        | 16.4         | 15.9         | 0.44         | 1.26         | 3.56         | 9.57         | 11.01        | 12.83        | 16.5         |
| 264               | 0.52                 | 3.38         | 3.41         | 6.8         | 12.2         | 15.67        | 14.46        | 0.52         | 1.44         | 3.78         | 9.45         | 10.96        | 12.52        | 15          |
| 288               | 0.49                 | 3.64         | 3.69         | 6.59         | 11.56        | 14.36        | 13.25        | 0.52         | 1.52         | 4.07         | 9.06         | 10.57        | 12.12        | 13.75        |
| 312               | 0.46                 | 3.52         | 3.57         | 6.21         | 10.92        | 13.26        | 12.23        | 0.52         | 1.66         | 4.37         | 8.77         | 10.54        | 11.7         | 12.69        |
| 336               | 0.46                 | 3.56         | 3.77         | 6.14         | 10.41        | 12.31        | 11.36        | 0.54         | 1.75         | 4.36         | 8.62         | 11.43        | 11.45        | 11.79        |
| 360               | 0.43                 | 3.75         | 3.71         | 6.04         | 9.95         | 11.49        | 10.6         | 0.54         | 1.88         | 4.36         | 8.51         | 10.67        | 10.69        | 11          |
| 384               | 0.42                 | 3.74         | 3.8         | 5.87         | 9.48         | 10.77        | 9.94         | 0.59         | 1.91         | 4.39         | 8.13         | 10.01        | 10.02        | 10.31        |
| 408               | 0.43                 | 3.69         | 5.61         | 5.67         | 9.08         | 10.14        | 9.34         | 0.59         | 2.11         | 4.33         | 7.82         | 9.42         | 9.43         | 9.71         |
| 432               | 0.41                 | 3.57         | 4.69         | 5.78         | 8.76         | 9.58         | 8.83         | 0.61         | 2.27         | 4.29         | 7.53         | 8.89         | 8.91         | 9.17         |
| 456               | 0.51                 | 3.58         | 4.61         | 5.84         | 8.48         | 9.07         | 8.37         | 0.89         | 2.55         | 4.21         | 7.39         | 8.43         | 8.44         | 8.69         |
| 480               | 0.57                 | 3.8         | 4.76         | 5.89         | 8.18         | 8.06         | 7.95         | 1.18         | 2.81         | 4.24         | 7.19         | 8           | 8.02         | 8.25         |
| 504               | 0.64                 | 3.99         | 4.8         | 5.92         | 7.79         | 8.21         | 7.57         | 1.42         | 3.08         | 4.26         | 7.01         | 7.62         | 7.64         | 7.86         |

**Table 3.** Corrosion rate data of quenched C26 Cu alloy in specific concentrations of HNO$_3$ solution with respect to observation time

| Observation Time (h) | 0.5 M | 1 M | 1.5 M | 2 M | 2.5 M | 3 M | 3.5 M |
|----------------------|-------|-----|-------|-----|-------|-----|-------|
| 24                   | 0.29  | 0.16| 0.89  | 3.6 | 14.41 | 20.91| 21.27 |
Table 4. C26 corrosion rate and GLC protection performance data at specific GLC concentrations in 0.5 M HNO$_3$ solution with respect to observation time

| Observation Time (h) | 20%  | 40%  | 60%  | 80%  |
|----------------------|------|------|------|------|
| 24                   | 99.70| 106.60| 103.60| 102.85|
| 48                   | 98.33| 102.3| 101.71| 103.86|
| 72                   | 91.20| 98.30| 97.30| 100.00|
| 96                   | 87.25| 96.71| 94.00| 93.82|
| 120                  | 81.91| 95.09| 91.48| 88.76|
| 144                  | 75.54| 92.35| 90.15| 82.52|
| 168                  | 72.29| 88.48| 87.72| 78.70|
| 192                  | 70.16| 86.57| 85.83| 74.65|
| 216                  | 68.65| 83.84| 84.56| 71.66|
| 240                  | 64.66| 75.47| 82.11| 67.90|
| 264                  | 63.42| 73.36| 81.20| 61.91|
| 288                  | 61.95| 70.69| 79.88| 59.67|
| 312                  | 60.41| 67.20| 79.46| 58.63|

3.2 Statistical analysis

Statistical data showing the mean and standard deviation (SD) for untreated, annealed and quenched C26 corrosion rate data with respect to exposure time and HNO$_3$ concentration is shown in Table 5 and 6 while Table 7 shows the mean and SD data for GLC protection performance data with respect to exposure time and GLC concentration. The mean corrosion rate data for untreated C26 varied proportionally with increase in HNO$_3$ concentration. At 0.5 M HNO$_3$, the SD value is 1.19. Decrease occurred at 1 M HNO$_3$ before gradual increase with respect to HNO$_3$ concentration till 3.5 M HNO$_3$. The higher the SD value, the greater the variation of untreated C26 corrosion rate from mean value signifying significant thermodynamic instability occurring on C26 surface in the presence of NO$_3$-ions. The highest SD value for untreated C26 was obtained at 3.5 M HNO$_3$ (6.43) while the lowest value was obtained at 1 M HNO$_3$ (0.42) signifying stable electrochemical behaviour at this
concentration. The mean values for annealed C26 exhibited similar trend compared to untreated C26 Cu alloy though the values for annealed C26 where generally higher. However, the SD values obtained are generally lower. Observation of the corrosion rate data in Tables 2 and 3 shows heat treatment has limited influence on the corrosion reaction behaviour of C26 Cu alloy. However, SD values obtained are relatively lower, as a result annealed C26 alloy are thermodynamically more stable than untreated C26 in dilute HNO$_3$ solution but similar to quenched C26 alloy (Table 6).

The mean values in Table 7 show effective inhibition performance generally with respect to observation time. The SD values in Table 7 vary with GLC concentration but not linearly. The SD values at 20% and 80% GLC concentration are significantly higher than the values obtained at 40% and 60% GLC. The higher SD values obtained specific to GLC concentration is due to significant variation of GLC protection performance data from mean value signifying thermodynamic instability and relative unstable inhibition behaviour. At 40% and 60% GLC concentration lower SD value is due to stable inhibition behaviour of GLC with respect to observation time. As shown in Table 7, 62.5% of GLC protection performance data are greater than 85% inhibition efficiency at margin of error of $\pm$15%.

Table 5. Mean and standard deviation data for untreated and annealed C26 Cu alloy with respect to HNO$_3$ concentration and observation time

| C26 | HNO$_3$ Conc. (M) | 0.5 | 1 | 1.5 | 2 | 2.5 | 3 | 3.5 | 0.5 | 1 | 1.5 | 2 | 2.5 | 3 | 3.5 |
|-----|------------------|-----|---|-----|---|-----|---|-----|-----|---|-----|---|-----|---|-----|
|     | SD               | 1.19| 0.42| 0.64| 1.83| 1.22| 1.86| 6.43| 0.16| 0.29| 0.79| 0.73| 0.86| 2.34| 5.04|
|     | Mean             | 1.42| 2.61| 2.71| 6.01| 13.22| 19.48| 25.45| 0.30| 1.20| 2.04| 9.71| 11.35| 11.95| 22.74|

Table 6. Mean and standard deviation data for quenched C26 Cu alloy with respect to HNO$_3$ concentration and observation time

| C26 | HNO$_3$ Conc. (M) | 0.5 | 1.5 | 2 | 2.5 | 3 | 3.5 |
|-----|------------------|-----|-----|---|-----|---|-----|
|     | SD               | 1.04| 2.37| 1.57| 1.65| 1.65| 2.76| 7.12|
|     | Mean             | 0.44| 0.37| 1.29| 6.35| 11.93| 17.85| 19.07|

Table 7. Mean and standard deviation data for GLC protection performance output on C26 Cu alloy with respect to GLC concentration and observation time

| GLC Conc. (%) | 20 | 40 | 60 | 80 |
|---------------|----|----|----|----|
| SD            | 12.63| 9.25| 7.26| 13.30|
| Mean          | 80.97| 92.57| 91.85| 86.47|
| Margin of Error | $\pm$15% |  |  |  |
| Data above 85% Inhibition | 62.5% |  |  |  |

Analysis of variance (ANOVA) was used to evaluate the statistical importance of HNO$_3$ concentration and observation time on the corrosion rate data of untreated, annealed and quenched C26 alloy. The data are shown in Tables 8 and 9. Table 10 shows the data from analysis of variance for GLC protection performance data with respect to GLC concentration and observation time. The statistical relevance factor shows the percentage value of the statistical importance of the sources of variation on the corrosion rate output of untreated, annealed and quenched C26, and GLC protection performance output. The theoretical significance factor is the threshold value where the mean square ratio is
measured against and must be greater than for the statistical relevance factor to be established. Tables 8 shows observation time overwhelmingly influenced the corrosion rate output of untreated and annealed C26 Cu alloy compared to HNO$_3$ which is also relatively high. However, the mean square ratio is greater than the theoretical significance factor thus they are statistically irrelevant despite their influence on the corrosion rate output of untreated and annealed C26 Cu alloy. Similar value trend was observed in Table 9 for the statistical data for quenched C26 Cu alloy. Table 10 shows that GLC concentration is the only statistical relevant factor influencing the protection performance output of GLC extract. This is further established from the mean square ration value which is greater than the theoretical significance factor. However, observation time as shown the table is statistical irrelevant for reasons earlier explained.

Table 8. ANOVA data for the corrosion rate output of untreated and annealed C26 Cu alloy with respect to HNO$_3$ concentration and observation time

| Source of Variation | Untreated C26 | Annealed C26 |
|---------------------|--------------|--------------|
|                     | Mean Square Ratio (F) | Theoretical Significance Factor | Statistical Relevance Factor, F (%) | Mean Square Ratio (F) | Theoretical Significance Factor | Statistical Relevance Factor, F (%) |
| HNO$_3$ Conc.       | -6.70         | 2.42         | 97.11          | -5.31         | 2.42         | 96.47          |
| Observation Time    | -6.13         | 2.1          | 133.36         | -6.13         | 2.1          | 167.12         |

Table 9. ANOVA data for the corrosion rate output of quenched C26 Cu alloy with respect to HNO$_3$ concentration and observation time

| Source of Variation | Mean Square Ratio (F) | Theoretical Significance Factor | Statistical Relevance Factor, F (%) |
|---------------------|-----------------------|-------------------------------|------------------------------------|
| GLC Conc.           | -10.44                | 2.42                          | 97.5                               |
| Observation Time    | -6.18                 | 2.1                           | 86.54                              |

Table 10. ANOVA data for the GLC protection performance output with respect to GLC concentration and observation time

| Source of Variation | Mean Square Ratio (F) | Theoretical Significance Factor | Statistical Relevance Factor, F (%) |
|---------------------|-----------------------|-------------------------------|------------------------------------|
| GLC Conc.           | 22.95                 | 2.42                          | 90.52                              |
| Observation Time    | -2.20                 | 2.1                           | -26.02                             |

4. Conclusion
Gravimetric analysis of the corrosion resistance of as-received and heat treated C26000 Cu alloy specific concentrations of HNO$_3$ solution showed that heat treatment no influence on the electrochemical characteristics of C26000 alloy. Data showed increase in HNO$_3$ concentration strongly influenced the corrosion resistance of as-received and heat treated C26000 alloy while the corrosion rate was observed to vary with observation time. Further analysis of as-received C26000 in the presence of garlic extracts at the lowest HNO$_3$ concentration showed the extract performed marginally at most concentrations with optimal protection performance at 60% extract concentration. Corrosion resistance of C26000 vary minimally from mean values with respect to observation time. However, in the presence of the extracts variation increased significantly. Statistical data showed the
extract concentration was the major determinant factor influencing the corrosion behaviour of C26000 whereas in specific HNO₃ concentration without the extracts corrosion resistance exhibited no statistical relationship with observation time and HNO₃ concentration.

Acknowledgement
The author is grateful to Covenant University Ota, Ogun State, Nigeria for the sponsorship and provision of research facilities for this project.

References
[1] Syrett, B.S. (2002). Cost of Corrosion in the Electric Power Industry, EPRI Report 1004662.
[2] Koch, G.H., Brongers, M.P.H., Thompson, N.G., Paul Virmani, Y., & Payer, J.H. (2002) Corrosion Costs and Preventive Strategies in the United States, Supplement to Materials Performance, pp. 4-9
[3] Ateya, B.G., Ashour, E.A., & Sayed, M.S. (1994). Corrosion of α-Al bronze in saline water. Journal of Electrochemical Society, 141, 71-78,
[4] Powell, C. Corrosion and Biofouling Resistance Evaluation of 90-10 Copper-Nickel. https://docplayer.net/21504306-Corrosion-and-biofouling-resistance-evaluation-of-90-10-coppernickel.html (27. 5. 2019.)
[5] Davis, J.R. (2001). Alloymg: Understanding the basics, ASM International, USA
[6] Aljunović, L.J., Gudić, S., & Smith, M. (2000). Inhibition of CuNi10Fe corrosion in seawater by sodiumdiethyl- dithiocarbamate:an electrochemical and analytical study. Journal of Applied Electrochemistry, 30, 973-979,
[7] Badawy, W.A., Ismail, K.M., & Fathi, A.M. (2005). Effect of Ni content on the corrosion behavior of Cu–Ni alloys in neutral chloride solutions. Electrochimica Acta, 50, 3603-3608.
[8] Kievits, F.J., & Ijsseling, F.P. (1972). Research into the corrosion behaviour of CuNi10Fe alloys in seawater. Materials and Corrosion, 12, 1084-1096.
[9] Ijsseling, F.P. (1974). The application of the polarization resistance method to the study of the corrosion behaviour of CuNi10Fe in sea-water. Corrosion Science, 14, 97-110.
[10] Schleich, W. Application of copper –nickel alloy UNS C70600 for seawater service. https://www.copper.org/applications/marine/cuni/alloys/uns_c70600.html (10. 7. 2019.)
[11] Hack HP and Pickering HW (1991) AC impedance study of Cu and Cu-Ni alloys in aerated saltwater J. Electrochem. Soc. 138 690-695.
[12] Babouri, L., Belmokre, K., Kabir, A., El Mendili, Y., & Abdelouas, A. (2015). Study of the stability of the passive film formed on copper-based binary alloys in 3% NaCl solution, Proceedings of the 17th Topical Meeting of the International Society of Electrochemistry, Saint-Malo, France.
[13] Lu, H., Gao, K., & Chu, W. (1998). Determination of tensile stress induced by dezincification layer during corrosion for brass. Corrosion Science, 40(10) 1663-1670.
[14] Gouda, V.K., Selim, I.Z., Khedr, A.A., & Fathi, A.M. (1999). Pitting Corrosion Behaviour of Monel-400 Alloy in Chloride Solutions. Journal of Materials Science and Technology, 15, 208.
[15] Morales, J., Fernandez, G.T., Esparza, P., Gonzalez, S., Salvarezza, R.C., & Arvia, A.J. (1995). Corrosion Science, 37, 211-225.
[16] Beccaria, A.M., Mor ED., Poggi, G., & Mazza, F. (1987). A study of the corrosion products of aluminum brass formed in sodium sulfate solution in the presence of chlorides. Corrosion Science, 27, 363-372.
[17] Fontana, M.G., & Greene, N.D. (1967) Corrosion Forms, Corrosion Engineering, McGraw-Hill, New York, pp. 41 – 44.
[18] Suleiman, M.I., Al-Masri, A.S., Padmalayan, S., & Al Musharfy, M. Corrosivity of UAE seawater and brine under statistic and dynamic conditions, Takreer Research Centre, Abu Dhabi Oil Refining Company. http://eurocorr.efcweb.org/2017/abstracts/8/88556%20.pdf. (27. 5. 2020.)
[19] Al-Subaie, K.Z., & Hodgkiess, T. (2003). Corrosion of copper-nickel alloys in simulated vapourside environments. Desalination, 158, 43–50.

[20] Asrar, N., Malik, A.U., Ahmed, S., Al-Sheikh, A., Al- Ghamadi, F., & Al-Thobiety, M. Desalinatio,n 116, 135–144.

[21] Al-Sum, E.A., Aziz, S., Al-Radif, A., Samir, M., & Heikel, O. (1993). Proc. International Desalination Association (IDA) World Conference, Yokohama, Japan, pp. 501–511.

[22] Malik, A., Kutty, M., Ismail, N., & Al-Fozan, S. (1995). Materials performance and failure evaluation in SWCC MSF plants. Desalination, 97, 171–187.

[23] Morales, J., Fernandez, G.T., Esparza, P., Gonzalez, S., Salvarezza, R.C., & Arvia, A.J. (1998). A comparative study of the passivation and localized corrosion of α-brass and β-brass in borate buffer solutions containing sodium chloride: III. The effect of temperature. Corrosion Science 40, 177-190.

[24] Burzynska, L., Maraszewska, A., & Zembura, Z. (1996). The corrosion of Cu–47.3 at % Zn brass in aerated 1.0 M HCl Zn brass in aerated 1.0 M HCl. Corrosion Science, 38, 337-347.

[25] Zou, J.Y., Wang, D.H., & Qiu, W.C. (1997). Solid-state diffusion during the selective dissolution of brass: chronoanopammetry and positron annihilation study. Electrochimica Acta. 43, 1733-1737.

[26] Mazumder, M.A.J., Al-Muallem, H.A., Faiz, M., & Ali, S.A. (2014). Design and synthesis of a novel class of inhibitors for mild steel corrosion in acidic and carbon dioxide- saturated saline media. Corrosion Science, 87, 187 – 198.

[27] Brycki, B.E., Kowalczyk, I.H., Szule, A., Kaczerewska, O., & Pakiet, M. (2017). Organic Corrosion Inhibitors, IntechOpen. http://doi.org/10.5772/intechopen.72943.

[28] Li, Y., Zhao, P., Liang, Q., & Hou, B. (2005). Berberine as a natural source inhibitor for mild steel in 1 M H_2SO_4. Applied Surface Science, 252, 1245-1253.

[29] Quattarone, G., Ronchin, L., Vavasori, A., Tortato, C., & Bonaldo, L. (2012). Inhibitive action of gramine towards corrosion of mild steel in deaerated 1.0 M hydrochloric acid solutions. Corrosion Science, 64, 82-89.

[30] Ashassi-Sorkhabi, H., Majidi, M. R., & Seyyedi. (2004). Investigation of inhibition effect of some amino acids against steel corrosion in HCl solution. Applied Surface Science, 225, 176-185.

[31] ÖZcan, M. (2008). AC impedance measurements of cysteine adsorption at mild steel/sulphuric acid interface as corrosion inhibitor. Journal of Solid State Electrochemistry, 12, 1653-1661.

[32] Loto, R.T. (2017). Anti-corrosion performance of the synergistic properties of benzenecarbonitrile and 5-bromovanillin on 1018 carbon steel in HCl environment. Science Reports, 7(1), 17555

[33] Loto, R.T., & Tobilola, O. (2018). Corrosion inhibition properties of the synergistic effect of 4-hydroxy-3-methoxybenzaldehyde and hexadecyltrimethylammoniumbromide on mild steel in dilute acid solutions. Journal of King Saud University Engineering Science, 30(4), 384-390

[34] Loto, R.T., & Loto, C.A. (2012). Effect of P-phenylediamine on the corrosion of austenitic stainless steel type 304 in hydrochloric acid. International Journal of Electrochemical Science, 7(10), 9423-9440.

[35] Loto, R.T., & Oghenerukewe, E. (2016). Inhibition studies of rosmarinus officinalis on the pitting corrosion resistance 439LL ferritic stainless steel in dilute sulphuric acid. Oriental Journal of Chemistry, 32(5), 2813-2832.